# Photophysics of the Lanthanide Complexes with Conjugated Carboxylic Acids by Low Temperature Fluorescent Spectroscopy 

Bing Yan ${ }^{1,2}$ and Ying-Ying Bai ${ }^{1}$

Received July 21, 2004; accepted February 4, 2005


#### Abstract

In the context, some lanthanide $\left(\mathrm{Eu}^{3+}, \mathrm{Tb}^{3+}\right.$ and $\left.\mathrm{Sm}^{3+}\right)$ complexes with conjugated carboxylic acids (pyridine-carboxylic acids derivatives) have been synthesized and characterized. The low temperature fluorescent spectra for these complexes have been measured at nitrogen atmosphere ( 77 K ), indicating that the central $\mathrm{Ln}^{3+}$ ions locate in an equivalent coordination environment with low symmetry for most of these lanthanide complexes belonging to dimeric or polymeric structure. Therefore, the electronic dipole transition (supersensitive transition) ( ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ for $\mathrm{Eu}^{3+},{ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{6}$ for $\mathrm{Tb}^{3+}$, ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{9 / 2}$ for $\mathrm{Sm}^{3+}$ ) and magnetic dipole transition ( ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{1}$ for $\mathrm{Eu}^{3+},{ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{5}$ for $\mathrm{Tb}^{3+}$, ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{5 / 2}$ for $\mathrm{Sm}^{3+}$ ) show the regular change in the corresponding split number of fluorescent spectra, which can be realized to predict the fine structure of lanthanide complexes.


KEY WORDS: Lanthanide complexes; pyridine-carboxylic acids ligands; photophysical property; low temperature fluorescent spectroscopy; coordination environment.

## INTRODUCTION

The photophysical properties of rare earth coordination compounds with organic ligands have been the subject of great interest because these functional complexes have great potential applications in such fields as the active center of luminescent materials and devices [1-3] or as structural and functional label for the chemical and biological macromolecule systems [4-6]. A lot of investigations were engaged in the luminescence, energy match and intramolecular energy transfer mechanism of rare earth complexes with $\beta$-diketones, aromatic carboxylic acids and heterocyclic ligands, which show good energy coupling and, afterwards good luminescent properties of rare earth ions [7-10]. We also have studied the energy match and intramolecular energy transfer process of binary and ternary lanthanide complexes with aromatic carboxylic acids and 1,10-phenanthroline in details [11-14].

[^0]Especially rare earth complexes of aromatic carboxylic acids have higher thermal or luminescent stabilities for practical applications than other lanthanide coordination systems because they readily form the dimer or polymeric structures [15-20].

Due to narrow $\mathrm{f}-\mathrm{f}$ transitions of $\mathrm{Ln}^{3+}$, a good sensitization on the $\mathrm{Ln}^{3+}$ luminescence can be achieved through the antenna effect. The lines of the emission spectra are generally sharp and dependent on the crystal field around the metal ions, resulting in the determination of the symmetry and geometry of corresponding coordination compounds. Some research was reported on the relationship between the molecular structure of lanthanide complexes with aromatic carboxylic acids and fine low temperature fluorescent spectra at liquid nitrogen temperature, which can be expected to elucidate the mutuality between spectral split number and coordination environment surrounding the central lanthanide ions. But the most research was mainly focused on the europium complexes systems, and little attention has been paid on other $\mathrm{Ln}^{3+}\left(\mathrm{Sm}^{3+}\right.$ or $\mathrm{Tb}^{3+}$ ) complexes of aromatic carboxylic acids [7-14,21]. For example, G. Vicentini et al. gave a detailed review on
the luminescence and structure of europium complexes by their emission spectra and X-ray structural analyses [22].

In the context, some lanthanide $\left(\mathrm{Eu}^{3+}, \mathrm{Tb}^{3+}\right.$ and $\mathrm{Sm}^{3+}$ ) complexes with conjugated carboxylic acids (pyridine-carboxylic acids derivatives) were synthesized and the corresponding photophysical properties were studied in detail.

## EXPERIMENTAL

## Synthesis of Lanthanide Complexes

Lanthanide oxides $\left(\mathrm{Eu}_{2} \mathrm{O}_{3}, \mathrm{~Tb}_{4} \mathrm{O}_{7}, \mathrm{Sm}_{2} \mathrm{O}_{3}\right)$ were converted to their nitrates by treatment with concentrated nitric acid. The corresponding lanthanide complexes with aromatic acids (pyridine-3-carboxylic acid (HNIC), pyridine-3-carboxylic acid (HPIC), 2-chloro-pyridine-3-carboxylic acid (HCNIC), 5-bromo-pyridine-3-carboxylic acid (HBNIC)) were prepared by homogeneous precipitation. Conjugated carboxylic acids were dissolved into ethanol solutions whose $p \mathrm{H}$ value was adjusted to about 6.5. Then aqueous solution of lanthanide nitrates was added very slowly to the above solution, resulting in the white microcrystals, filtered off, washed with ethanol or water, dried and stored over silica gel. The compositions of the complex systems were confirmed by elemental analysis: $\mathrm{Ln}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}, \mathrm{Ln}=\mathrm{Eu}$, $\mathrm{Tb}, \mathrm{Sm}$. Anal. Calcd. for $\mathrm{C}_{18} \mathrm{H}_{16} \mathrm{~N}_{3} \mathrm{O}_{8} \mathrm{Eu}: \mathrm{C}, 39.00 ; \mathrm{H}$, 2.91; N, 7.58; Found: C 39.21; H, 2.80; N, 7.74. For $\mathrm{C}_{18} \mathrm{H}_{16} \mathrm{~N}_{3} \mathrm{O}_{8} \mathrm{~Tb}: \mathrm{C}, 38.52$; $\mathrm{H}, 2.87$; N, 7.49; Found: C, 38.95; H, 2.61; N, 7.73. For $\mathrm{C}_{18} \mathrm{H}_{16} \mathrm{~N}_{3} \mathrm{O}_{8}$ Sm: C, 39.11; H, 2.92; N, 7.60; Found: C, 38.76; H, 2.63; N, 7.82; C, 32.39; H, 2.42; N, 12.77. $\mathrm{Ln}(\mathrm{PIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}, \mathrm{Ln}=\mathrm{Eu}$, $\mathrm{Tb}, \mathrm{Sm}$. Anal. Calcd. for $\mathrm{C}_{18} \mathrm{H}_{16} \mathrm{~N}_{3} \mathrm{O}_{8} \mathrm{Eu}: \mathrm{C}, 39.00 ; \mathrm{H}$, 2.91; N, 7.58; Found: C, 38.66; H, 2.58; N, 7.55. For $\mathrm{C}_{18} \mathrm{H}_{16} \mathrm{~N}_{3} \mathrm{O}_{8} \mathrm{~Tb}: \mathrm{C}, 38.52$; H, 2.87; N, 7.49; Found: C, 38.52; H, 2.87; N, 7.49. For $\mathrm{C}_{18} \mathrm{H}_{16} \mathrm{~N}_{3} \mathrm{O}_{8}$ Sm: C, 39.11; H, 2.92; N, 7.60; Found: C, 38.79; H, 2.60; N, 7.42. $\mathrm{Ln}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}, \mathrm{Ln}=\mathrm{Eu}, \mathrm{Tb}, \mathrm{Sm}$. Anal. Calcd. for $\mathrm{C}_{18} \mathrm{H}_{13} \mathrm{Cl}_{3} \mathrm{~N}_{3} \mathrm{O}_{9}$ Eu: C, 32.88; H, 1.99; N, 6.39; Found: C 31.81; H, 1.76; N, 6.21. For $\mathrm{C}_{18} \mathrm{H}_{13} \mathrm{Cl}_{3} \mathrm{~N}_{3} \mathrm{O}_{9} \mathrm{~Tb}$ : C, 32.53; H, 1.97; N, 6.32; Found: C, 33.00; H, 1.68; N, 6.58. For $\mathrm{C}_{18} \mathrm{H}_{13} \mathrm{Cl}_{3} \mathrm{~N}_{3} \mathrm{O}_{9} \mathrm{Sm}$ : C, 32.96; H, 2.00; $\mathrm{N}, 6.40$; Found: C, 32.70; H, 1.77; N, 6.69. $\operatorname{Ln(BNIC)_{3}(\mathrm {H}_{2}\mathrm {O})_{2}\text {,}}$ $\mathrm{Ln}=\mathrm{Eu}, \mathrm{Tb}, \mathrm{Sm}$. Anal. Calcd. for $\mathrm{C}_{18} \mathrm{H}_{13} \mathrm{Br}_{3} \mathrm{~N}_{3} \mathrm{O}_{9} \mathrm{Eu}$ : C, 27.33; H, 1.66; N, 5.31; Found: C 26.47; H, 1.92; N, 5.04. For $\mathrm{C}_{18} \mathrm{H}_{13} \mathrm{Br}_{3} \mathrm{~N}_{3} \mathrm{O}_{10} \mathrm{~Tb}$ : C, 27.10; H, 1.64; $\mathrm{N}, 5.26$; Found: C 26.43; H, 1.95; N, 4.97. For $\mathrm{C}_{18} \mathrm{H}_{13} \mathrm{Br}_{3} \mathrm{~N}_{3} \mathrm{O}_{9} \mathrm{Sm}$ : C, 27.39; H, 1.66; N, 5.32; Found: C 26.87; H, 1.92; N, 5.07.

## Physical Measurement

Elemental analyses (C, H, N) were carried out by the Elementar Cario EL elemental analyzer. Infrared spectroscopy with KBr pellets was performed on a Nicolet Nexus 912 AO446 model spectrophotometer in the $4000 \sim 400 \mathrm{~cm}^{-1}$. Ultraviolet absorption spectra of conjugated carboxylic acids and their lanthanide complexes were obtained with an Agilent 8453 spectrophotometer ( $10^{-4} \mathrm{molL}^{-1}$ ethanol solutions). The fluorescence (excitation and emission) spectra for the solid complex samples were determined with PerkinElmer LS-55 spectrophotometer with low temperature accessory at liquid nitrogen ( 77 K ): excitation slit width $=10 \mathrm{~nm}$, emission slit width $=2.5 \mathrm{~nm}$; the solid samples were placed in a quartz tube with liquid nitrogen around.

## RESULTS AND DISCUSSION

All the IR spectra of these lanthanide complexes show the similar features. Compared the IR spectra of free conjugated carboxylic acids to those of their dysprosium complexes, the characteristic absorption bands of $\mathrm{C}=\mathrm{O}$ and $\mathrm{C}-\mathrm{O}$ bands belonging to the free carboxylic acids ligands disappear, while the characteristic absorption peaks of carboxylic group $\mathrm{COO}^{-}$appear, suggesting that the oxygen atoms of carbonyl group of conjugated carboxylic acids are coordinated to $\mathrm{Ln}^{3+}$. Besides, it can be observed that the absorption frequency of $\mathrm{Ln}-\mathrm{O}$ bond lies at around $400 \mathrm{~cm}^{-1}$ in the low frequency of IR spectra for some complexes. It needs to refer that some apparent bands are noted at about 3450 and $1613 \mathrm{~cm}^{-1}$ in IR spectra of $\mathrm{Dy}(\mathrm{TBBA})_{3} \cdot 2 \mathrm{H}_{2} \mathrm{O}$, which are attributed to the stretching vibration band and in-plane bending band of $\mathrm{H}_{2} \mathrm{O}$ molecules. The absorption bands corresponding to the in-plane swing vibration of coordinated $\mathrm{H}_{2} \mathrm{O}$ molecules have also been observed in the range of $605-585 \mathrm{~cm}^{-1}$, suggesting both coordinated water molecules and lattice water molecules exist in these lanthanide complexes [23].

Fig. 1 shows the ultraviolet absorption spectra of selected terbium complexes with pyridine-carboxylates derivatives in the range of $190-400 \mathrm{~nm}$. One absorption band from 255 to 300 nm can be observed and the maximum absorption peak at around 270 nm can be attributed to the characteristic absorption of pyridine-cycle group. Compared with the absorption spectra of corresponding free ligands (HNIC, HPIC, HCNIC and HBNIC) at about $265-267 \mathrm{~nm}$, the absorption bands for the corresponding complexes show some red shifts, which suggest that the coordination of $\mathrm{Tb}^{3+}$ to ligands is easily to form more extensive conjugated localized systems so as to cause the


Fig. 1. Ultraviolet absorption spectra of selected spectra of lanthanide complexes of conjugated carboxylic acids.
energy decrease and red-shift of absorption band. Other lanthanide complexes show the similar features.

The fluorescent excitation spectra for these lanthanide complexes at 77 K were measured. Fig. 2 gives the excitation spectra for $\mathrm{Eu}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ complex under the red emission of 613 nm . In narrow-wavelength region (Fig. 2A), seven apparent absorption peaks appear at $221.5,239,243.5,253,257,271.5$, and 280 nm , respectively. In long-wavelength region (Fig. 2B), another four strong excitation peaks situate at $340,363,377$ and 296 nm , separately. Fig. 3 shows the excitation spectra for $\mathrm{Tb}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ complex under the red emission of 545 nm . In narrow-wavelength region (Fig. 2A), seven apparent excitation peaks situate at 207, 223.5, 233.5, 241, 247.5, 254.5, and 263 nm , separately. In long-wavelength region (Fig. 2B), a broad band ranged in $300-435 \mathrm{~nm}$ with maximum excitation peak of about 332 nm . Selected excitation under these wavelengths, the emission spectra show the similar luminescent position except for different luminescent intensities. This indicates that the four excitation bands are all the effective energy sensitizer for the luminescence of Ln ions. Other excitation spectra

Fig. 4 and 5 present the corresponding low temperature fluorescent emission spectra of europium complexes at 77 K . From Fig. 4, two emission spectra of $\mathrm{Eu}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ monitored under narrow wavelength $(235 \mathrm{~nm})$ and long wavelength ( 396 nm ) wear the similar emission of $\mathrm{Eu}^{3+}$, which can be ascribed to the characteristic ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{J}$ transitions ( $J=0,1,2,3,4$ ) of $\mathrm{Eu}^{3+}$ ion, where the term symbols refer to be atomic spectral term of $\mathrm{Eu}^{3+}$ ions, among five is the spin multi which


Fig. 2. Selected low temperature fluorescent excitation spectra of $\mathrm{Eu}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$.
equal to be $2 S+1$ ( $S=$ spin quantum number), $D$ represents the orbital quantum number, and $J$ is the $J$ (inner quantum number, $J=L \pm S$ ). Besides this, the ${ }^{5} \mathrm{D}_{0} \rightarrow$ ${ }^{7} \mathrm{~F}_{0}$ transition of $\mathrm{Eu}^{3+}$ exhibits only one peak at 583 nm without split, which suggest there exist one coordination environment for $\mathrm{Eu}^{3+}$ ion in this compound. As we known, $\mathrm{Ln}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ belongs to be a dimeric structure with formulae $\left[\mathrm{Ln}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}\right]_{2}(\mathrm{Ln}=$ light lanthanide $\mathrm{La}-\mathrm{Gd})$ [24], and the two europium ions are completely equivalent with same coordination environment. So the feature observed from the low temperature fluorescent spectra takes agreement with the corresponding molecular


Fig. 3. Selected low temperature fluorescent excitation spectra of $\mathrm{Eu}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$.
structure. The strongest emission is the red supersensitive ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ transition, indicating no inverse center for $\mathrm{Eu}^{3+}$ within the complex. The split number for ${ }^{5} \mathrm{D}_{0} \rightarrow$ ${ }^{7} \mathrm{~F}_{J}(J=0,1,2,3,4)$ transitions are $1,2,3,5$, and 7 , respectively, and especially the split number of ${ }^{5} \mathrm{D}_{0} \rightarrow$ ${ }^{7} \mathrm{~F}_{2}$ is 3 , close to $J+1 / 2(2+1 / 2)$, which verify the central europium ion locates at site in low symmetry without inversion center. Figure 5A and B show the low temperature fluorescent spectra for $\mathrm{Eu}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ and $\mathrm{Eu}(\mathrm{BNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ complexes. Both of them show the similar feature to that for $\mathrm{Eu}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$, exhibiting the similar emission of $\mathrm{Eu}^{3+}$, corresponded to the characteristic ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{J}$ transitions ( $J=0,1,2,3,4$ ) of


Fig. 4. Low temperature fluorescent spectra of $\mathrm{Eu}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$.
$\mathrm{Eu}^{3+}$ ion. Besides this, the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{0}$ transition of $\mathrm{Eu}^{3+}$ presents only one peak at 581 nm (for Fig. 4A) and 582 nm (for Fig. 4B) with no split, suggesting only one coordination environment for $\mathrm{Eu}^{3+}$ in the structures of these two complexes. Both $\operatorname{Ln}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ and $\mathrm{Ln}(\mathrm{BNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ form similar dimeric structure with formulae $\left[\mathrm{Ln}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}\right]_{2}$ and $\left[\mathrm{Ln}(\mathrm{BNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}\right]_{2}$ ( $\mathrm{Ln}=$ light lanthanide $\mathrm{La}-\mathrm{Gd}$ ) [25], and the two central europium ions both locate in a equipollent coordination environment, which is in harmony with the predict from low temperature fluorescent emission spectra. The strongest emission is still the red supersensitive ${ }^{5} \mathrm{D}_{0} \rightarrow$ ${ }^{7} \mathrm{~F}_{2}$ transition, indicating no inverse center at $\mathrm{Eu}^{3+}$ sites


Fig. 5. Low temperature fluorescent spectra of $\mathrm{Eu}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ and $\mathrm{Eu}(\mathrm{BNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$.
inner the two complexes. The split number for ${ }^{5} \mathrm{D}_{0} \rightarrow$ ${ }^{7} \mathrm{~F}_{J}(J=0,1,2,3,4)$ are 1, 2, 3, 5, 6 (Fig. 5A) and 1, 2, 3,5,7 (Fig. 5B), particularly the split number of ${ }^{5} \mathrm{D}_{0} \rightarrow$ ${ }^{7} \mathrm{~F}_{2}$ is 3 , close to $\mathrm{J}+1 / 2(2+1 / 2)$, indicating the central europium ions with low symmetry.

Figure 6 is the representative low temperature fluorescent emission spectra of $\mathrm{Tb}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ and $\mathrm{Tb}(\mathrm{BNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{3}$. The characteristic transition of terbium ion is not as sensitive as europium ion to the nearby environment. Besides, terbium complexes show the more strong emission than other lanthanide complexes for the more suitable energy match and more effective energy transfer between pyridine carboxylic acids derivatives and


Fig. 6. Low temperature fluorescent spectra of $\mathrm{Tb}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ and $\mathrm{Tb}(\mathrm{BNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$.
$\mathrm{Tb}^{3+}$ ion than $\mathrm{Eu}^{3+}$ and $\mathrm{Sm}^{3+}$ [26-30]. Four main emission peaks can be attributed to the characteristic emissions originated from the ${ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{J}(J=6,5,4,3)$ transition of $\mathrm{Tb}^{3+}$ ion (atomic spectral term of $\mathrm{Tb}^{3+}$ ). The emission to the magnetic dipole transition ( ${ }^{5} \mathrm{D}_{4} \rightarrow$ ${ }^{7} \mathrm{~F}_{6}$ ) shows not split, which indicates that the central terbium ions are in the same one coordination environment. Different from light lanthanide complexes with HCNIC and HBNIC, the terbium and other heavy lanthanide ions complexes of HCNIC and HBNIC belong to one-dimensional chain like coordination polymeric structure with formulae of $\left[\mathrm{Tb}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{3} \cdot \mathrm{H}_{2} \mathrm{O}\right]_{n}$ and $\left[\mathrm{Tb}(\mathrm{CNIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{3} \cdot \mathrm{H}_{2} \mathrm{O}\right]_{n}[23,25]$. In this 1-D molecular structure, the central Tb ions are the entirely equipollent
with the same coordination geometry, resulting in the above fluorescent emission spectra. Furthermore, the emission intensities for electronic dipole ${ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{6}$ transition are stronger than that for magnetic dipole ${ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{5}$ one, i.e., the green luminescence of $\mathrm{Tb}^{3+}$ is the strongest. This can be interpreted that the former is less influenced by the ligand field [31].

We further measure the low temperature fluorescent emission spectra at 77 K of samarium complexes with conjugated carboxylic acids (Fig. 7), which exhibits four predominantly characteristic emission corresponded to the ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{J}(J=5 / 2,7 / 2,9 / 2,11 / 2)$ transitions of $\mathrm{Sm}^{3+}$ ion (atomic spectral term of $\mathrm{Sm}^{3+}$ ). The electronic dipole transition ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{9 / 2}$ exhibits the highest rel-


Fig. 7. Low temperature fluorescent spectra of $\mathrm{Sm}(\mathrm{NIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$ and $\mathrm{Sm}(\mathrm{PIC})_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}$.
ative emission intensity around 667 nm . The fluorescent emission spectrum show that the transitions split in a maximum number of ( $J+1 / 2$ for transition ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{9 / 2}$ ), suggesting that $\mathrm{Sm}^{3+}$ ion occupies a site with lower symmetry [32,33], which takes agreement with $\mathrm{Sm}^{3+}$ 's polyhedron of a slightly distorted square antiprism.

## CONCLUSIONS

In summary, for low temperature fluorescent spectra of lanthanide complexes with pyridine-carboxylic acids derivatives, the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{0}$ transition for $\mathrm{Eu}^{3+},{ }^{5} \mathrm{D}_{4} \rightarrow$ ${ }^{7} \mathrm{~F}_{6}$ for $\mathrm{Tb}^{3+}$ and ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{5 / 2}$ for $\mathrm{Sm}^{3+}$ wear no split and indicates the central $\mathrm{Ln}(\mathrm{Eu}, \mathrm{Tb}, \mathrm{Sm})$ ions are situated in actually equivalent coordination environment in these dimeric or polymeric structures. The most strongest emission corresponds to the characteristic transitions for $\mathrm{Ln}^{3+}$ (i.e., ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ transition for $\mathrm{Eu}^{3+},{ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{5}$ transition for $\mathrm{Tb}^{3+}$ and ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{9 / 2}$ transition for $\mathrm{Sm}^{3+}$ ), and the split number for ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{J}\left(\mathrm{Eu}^{3+}\right)$, the ${ }^{5} \mathrm{D}_{4} \rightarrow{ }^{7} \mathrm{~F}_{J}$ $\left(\mathrm{Tb}^{3+}\right)$ and ${ }^{4} \mathrm{G}_{5 / 2} \rightarrow{ }^{6} \mathrm{H}_{J}\left(\mathrm{Sm}^{3+}\right)$ transitions are close to $\mathrm{J}+1 / 2(2+1 / 2)$, which verify that the central europium ions belong to low symmetry without inversion center.

## ACKNOWLEDGMENTS

This work was supported by the National Natural Science Foundation of China (20301013) and the Start Science Fund of Tongji University for talented researchers.

## REFERENCES

1. P. A. Tanner, B. Yan, and H. J. Zhang (2000). Preparation and luminescence properties of sol-gel hybrid material incorporated with europium complex. J. Mater. Sci. 35, 4325.
2. B. Yan and J. Y. You (2002). Sol-gel assembly and luminescence of $\mathrm{SiO}_{2}$ /PEMA hybrid material incorporated with terbium complex. J. Rare Earths 24, 404.
3. B. Yan (2003). Sol-gel preparation and luminescence of silica/polymer hybrid material incorporated with terbium complex. Mater. Lett. 57, 2535.
4. C. F. Meares and T. G. Wensel (1984). Metal chelates as probes of biological systems. Acc. Chem. Res. 17, 202.
5. Y. X. Ci, Y. Z. Li, and W. B. Chang (1991). Fluorescence reacton of terbium(III) with nucleic acids in the presence of phenanthroline. Anal. Chim. Acta 248, 589.
6. L. K. Scott and W. D. Horrocks (1992). Lanthanide ion luminescence as a probe of DNA structure. 2. Non-guanine-containing oligomers and nucleotides. J. Inorg. Biochem. 46, 193.
7. Y. S. Yang, M. L. Gong, Y. Y. Li, H. Y. Lei, and S. L. Wu (1994). Effects of the structure of ligands and their $\mathrm{Ln}^{3+}$ complexes on the luminescentce of the central $\mathrm{Ln}^{3+}$ ions. J. Alloys Compds. 207/208, 112.
8. C. J. Feng, Q. H. Luo, and C. Y. Duan (1998). Synthesis and crystal structural characterization of an unsymmetric neodymium(III) cryptate. J. Chem. Soc. Dalton Trans. 377.
9. T. Gunnlaugsson, A. J. Harte, J. P. Leonard, and M. Nieuwenhuyzen (2002). Delayed lanthanide luminescence sensing of aromatic carboxylates using heptadentate triamide Tb (III) cyclen complexes: The recognition of salicylic acid in water. Chem. Commun. 2135.
10. B. Yan and Y. S. Song (2004). Spectroscopic study on the photophysical properties of lanthanide complexes with 2, $2^{\prime}$-bipyridine-N, N'-dioxide. J. Fluoresc. 14, 289.
11. H. J. Zhang, B. Yan, S. B. Wang, and J. Z. Ni (1997). The photophysical properties of binary and ternary complexes of rare earth with conjugated carboxylic acids and 1,10-phenanthroline. J Photochem Photobiol, A Chem. 109, 223.
12. B. Yan, H. J. Zhang, S. B. Wang, and J. Z. Ni (1998). Spectroscopic study of luminescence and intramolecular energy transfer of binary and ternary rare earth complexes with aromatic carboxylic acids and 1,10-phenanthroline. Spectro. Lett. 31, 603.
13. B. Yan, H. J. Zhang, S. B. Wang, and J. Z. Ni (1998). The photophysical properties of some binary and ternary complexes of rare earth with aminobenzoic acids and 1,10-phenanthroline. Monatsh. Chem. 129, 151.
14. B. Yan, H. J. Zhang, S. B. Wang, and J. Z. Ni (1998). Synthesis, characterization and photophysical properties of some binary and ternary complexes of rare earth with N-phenyl-2aminobenzoic acid and 1,10-phenanthroline. Monatsh. Chem. 129, 567.
15. B. Yan, H. J. Zhang, S. B. Wang, and J. Z. Ni (1998). Intramolecular energy transfer mechanism between ligands in ternary complexes with aromatic acids and 1,10-phenanthroline. J. Photochem. Photobiol. A Chem. 116, 209.
16. B. Yan and Q. Y. Xie (2003). A novel unexpected sevencoordinated chain-like dysprosium coordination polymer of pyridine-4-carboxylate: Structure and photophysical property. Inorg. Chem. Commun. 6, 1448.
17. B. Yan and Q. Y. Xie (2003). Novel dimeric complexes of dysprosium with pyridine-3-carboxylic acid: Structure and photophysical property. J. Coord. Chem. 56, 1289.
18. B. Yan and Q. Y. Xie (2004). Crystal structure and photophysical property of a novel chain-like samarium coordination polymer of pyridine-4-carboxylate. J. Mol. Struct. 688, 73.
19. B. Yan, Y. S. Song, and Z. X. Chen (2004). A novel quaternary dinuclear luminescent terbium complex $\mathrm{Tb}_{2}(\text { phth })_{2}(\text { Hphth })_{2}(\text { phen })_{2}$ $\left(\mathrm{H}_{2} \mathrm{O}\right)_{4}$ : Hydrothermal synthesis, crystal structure and photophysics. J. Mol. Struct. 694, 115.
20. Z. M. Zheng, L. P. Jin, M. Z. Wang, J. H. Zhang, and S. Z. Lu (1995). Crystal structure and Spectra of $\operatorname{Ln}(\mathrm{P}-\mathrm{ABA})_{3} \cdot \mathrm{BPY} \cdot 2 \mathrm{H}_{2} \mathrm{O}$ complexes. Chem. J. Chin. Univ. 16, 1007.
21. L. P. Jin, S. X. Lu, and S. Z. Lu (1996). Crystal structure and spectra of complex [Eu(o-ABA) $)_{3}$ bipy]bipy. Polyhedron 15, 4069.
22. G. Vicentini, L. B. Zinner, J. Zukerman-Schpector, and K. Zinner (2000). Luminescence and structure of europium compounds. Coord. Chem. Rev. 196, 353.
23. A. Z. Ma, L. M. Li, and S. Q. Xi (1993). Progress in synthesis and structural analysis of complexes of rare earth with amino acids. Chin. J. Anal. Chem. 21, 105.
24. J. W. Moore, M. D. Glick, and W. A. Baker (1972). Crystal structures of hydrated lanthanide (III) nicotinates, $\mathrm{La}_{2}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCO}_{2}\right)_{6}$ $\left(\mathrm{H}_{2} \mathrm{O}\right)_{4}$ and $\mathrm{Sm}_{2}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCO}_{2}\right)_{6}\left(\mathrm{H}_{2} \mathrm{O}\right)_{4}$. J. Am. Chem. Soc. 94, 1858.
25. Y. S. Song, B. Yan, and Z. X. Chen (2004). Different crystal structures and photophysical properties of lanthanide complexes with 5-Br-nicotinic acid J. Solid State Chem. 177, 3805.
26. S. Sato and M. Wada (1970). Relations between intramolecular energy transfer efficiencies and triplet state energies in rare earth $\beta$ diketone chelates. Bull. Chem. Soc. Jap. 43, 1955.
27. G. A. Crosby, R. E. Whan, and R. M. Alire (1961). Intramolecular energy transfer in rare earth chelates. Role of the triplet state. $J$. Chem. Phys. 34, 743.
28. D. L. Dexter (1953). A theory of sensitized luminescence in solids. J. Chem. Phys. 21, 836.
29. T. D. Brown and M. Shepherd (1975). Evaluation of the intramolecular energy transfer rate constants in crystalline $\mathrm{Eu}(\mathrm{hfaa})_{4} \mathrm{Bu}^{t} \mathrm{NH}_{3}$. J. Chem. Soc. Dalton Trans. 336.
30. M. L. Bhaumid and L. J. Nugent (1965). Time-resolved spectroscopy of europium chelates. J. Chem. Phys. 43, 1680.
31. B. L. An, M. L. Gong, K. Y. Cheah, W. K. Wong, and J. M. Zhang (2004). Synthesis, structure and photoluminescence of novel lanthanide ( $\mathrm{Tb}(\mathrm{III}), \mathrm{Gd}(\mathrm{III})$ ) complexes with 6-diphenylamine carbonyl 2-pyridine carboxylate. J. Alloys Compds. 368, 326.
32. H. F. Brito, O. L. Malta, M. C. F. C. Felinto, E. E. S. Teotonio, J. F. S. Menezes, C. F. B. Silva, C. S. Tomoyama, and C. A. A. Carvalho (2002). Luminescence investigation of the Sm(III)-betadiketonates with sulfoxides, phosphine oxides and amides ligands. J. Alloys Compds. 344, 293.
33. L. Beuary, J. Holsa, J. Korventausta, J. C. Krupa, R. J. Lamminmaki, P. Porcher, H. Rahiala, and E. Sailynoja (1996). Energy level scheme of $\mathrm{Nd}\{3+\}$ ion in rare earth oxyhalides, $\operatorname{REOX}(\mathrm{X}=\mathrm{F}, \mathrm{Cl}$, and Br$)$. Acta Phys. Polonica A. 90, 1203.

[^0]:    ${ }^{1}$ Department of Chemistry, Tongji University, Shanghai, P. R. China.
    ${ }^{2}$ To whom correspondence should be addressed. E-mail: byan@tongji. edu.cn

